Review

Precipitation Polymerization: A Powerful Tool for Preparation of Uniform Polymer Particles

Randi Zhang *, Rong Gao , Qingqiang Gou, Jingjing Lai and Xinyang Li

Department of Polyethylene, SINOPEC (Beijing) Research Institute of Chemical Industry Co., Ltd., Beijing 100013, China; gaor.bjhy@sinopec.com (R.G.); gouqq.bjhy@sinopec.com (Q.G.); laijj.bjhy@sinopec.com (J.L.); lixinyang.bjhy@sinopec.com (X.L.)

* Correspondence: zhangrd.bjhy@sinopec.com

Abstract: Precipitation polymerization (PP) is a powerful tool to prepare various types of uniform polymer particles owing to its outstanding advantages of easy operation and the absence of any surfactant. Several PP approaches have been developed up to now, including traditional thermo-induced precipitation polymerization (TRPP), distillation precipitation polymerization (DPP), reflux precipitation polymerization (RPP), photoinduced precipitation polymerization (PPP), solvothermal precipitation polymerization (SPP), controlled/“living” radical precipitation polymerization (CRPP) and self-stabilized precipitation polymerization (2SPP). In this review, a general introduction to the categories, mechanisms, and applications of precipitation polymerization and the recent developments are presented, proving that PP has great potential to become one of the most attractive polymerization techniques in materials science and bio-medical areas.

Keywords: precipitation polymerization; polymer microspheres; applications

1. Introduction

Functional materials are the core of the new materials field and have been developed very rapidly in recent years [1]. The polymer microspheres with optimized characteristics, such as uniform size and shapes, the functionality of the base polymer, the morphology of the polymer particles, and the degree of crosslinking, are attractive for a wide number of applications, including supporting phases for separation science [2,3], biomedical devices [4], chromatography separation [5–7], casting additives [8], and controlled release reservoirs [9,10].

Polymer microspheres of a particular size and uniformity are generally obtained with one of the heterogeneous polymerizations, including suspension, emulsion, dispersion, and seeded polymerizations. All the methods mentioned above require the presence of a suitable stabilizer or surfactant, usually in large quantities, to induce the formation of particles and prevent the aggregation of the colloidal particles. For instance, in dispersion polymerization, polymeric particles form and precipitate from the reaction medium, and stabilizers such as poly(vinyl pyrrolidone) must be utilized to stabilize polymeric particles. Precipitation polymerization (PP), first reported by Stöver et al. [11], was a very impressive method for the preparation of surface-clean microspheres without adding any stabilizer/surfactant or other additives, in which polymeric microspheres form by self-crosslinking of monomers/crosslinkers and precipitate out of the homogeneous solution due to the newly formed polymers with low solubility in the selected reaction media (Θ solvent) [12].

PP starts from a homogeneous mixture of monomer, initiator, and optional solvent [11,13,14]. Stöver et al. proposed that precipitation polymerization of divinylbenzene (DVB) in near-Θ solvents is an entropic precipitation in cases where cross-linking prevents the polymer and solvent from freely mixing [15], and they further proposed the transient solvent-swollen gel layer mechanism to explain the formation, stabilization,
and growth of microspheres [13,14]. Uniform spherical polymer particles are formed through the particle nucleation and growth stages, where particle nuclei are generated by the aggregation of oligomers at the beginning of the polymerization, and their growth occurs mainly through capturing oligomeric radicals from the reaction medium by their reacting with the residual vinyl groups on the surfaces of the existing particles [14]. Further examinations showed that the presence of bifunctional monomers, suitable reaction medium, and moderate shaking are the keys to the formation of highly cross-linked monodisperse microspheres and various functionalized, porous, and core-shell microspheres by PP have been well prepared [16,17]. Figure 1 shows the polydivinylbenzene (PDVB) microspheres with porous shells prepared in a toluene/acetonitrile mixture.

**Figure 1.** SEM image of poly(DVB-55) microspheres with porous shells prepared in a toluene/acetonitrile (40/60) mixture. Reprinted with permission from Ref. [16]. Copyright 2000 American Chemical Society.

Recent years have witnessed the rapid development of precipitation polymerization, and again, the method could offer an efficient way to tune the size and porosity of the spherical particles through control of the polymerization condition, as well as avoiding environmental pollution and increasing costs of additives, thus opening up numerous potential applications of functional materials [6,18]. More researchers have been focused on such techniques, such as molecularly imprinted polymers (MIPs) [19–23] or liquid crystalline (LC) polymer particles [24,25], which have been attractive in recent years. Figure 2 shows the typical crosslinkers and monomers (including copolymer monomers) adopted for PP, along with 2,2-azobisisobutyronitrile (AIBN) as the frequently used initiator.
2. Categories of Precipitation Polymerization

During the development of PP, several different kinds of approaches based on the conventional free radical polymerization mechanism have been developed for the preparation of uniform crosslinked spherical polymer particles. Except for traditional thermo-induced precipitation polymerization (TRPP) [16,17,26–28], new methods such as distillation precipitation polymerization (DPP) [29], reflux precipitation polymerization (RPP) [30,31], photoinduced precipitation polymerization (PPP) [32–34], solvothermal precipitation polymerization (SPP) [35], controlled/“living” radical precipitation polymerization (CRPP) [36,37] and self-stabilized precipitation polymerization (2SPP) [38,39] have also been successively developed (Figure 3). So far, in addition to DVB, many other multifunctional monomers have been applied to prepare crosslinked polymeric microspheres, including methacrylates, acrylamides, styrene, acrylonitrile, and p-chloromethylstyrene. Functionalization of polymer particles is of great importance for their application, and microspheres have unreacted double bonds on their surface, allowing their post functionalization and the synthesis of microspheres with core-shell structures [40,41].

Over the years, many research groups have become interested in further exploring the scope, versatility, and mechanisms of PP, including addressing the challenges that remain in the enhancement of productivity and solving the restriction of solvents in order to enlarge more types of monomers [42–44]. In addition to being a source of academic interest, those new systems and their resulting crosslinked polymeric microspheres have displayed genuine potential for industrial applications and have been systematically summarized [12]. Herein, we collect together some of the more recent results within the field, with the main

![Figure 2. The chemical structures of crosslinkers (1–5) and monomers (6–17) for the precipitation polymerization. (1) Divinylbenzene, (2) ethylene glycol dimethylacrylate, (3) trihydroxymethyl propane trimethyl acrylate, (4) N,N′-methylenebis(acrylamide), (5) N,N′-Bis(acryloyl)cystamine, (6) acrylic acid, (7) methacrylic acid, (8) 2-hydroxyethyl methacrylate, (9) glycidyl methacrylate, (10) vinyl acetate, (11) styrene, (12) maleic anhydride, (15) 1-vinyl-2-pyrrolidone, (14) 4-vinyl pyridine, (15) 1-vinylimidazole, (16) 2-(methacryloyloxy)ethyl-dimethyl-(3-sulfopropyl) ammonium, (17) 2-methacryloyloxyethyl phosphorylcholine.](image-url)
emphasize being placed on the new types of precipitation polymerization, such as categories, origin, and mechanisms. We hope our collected findings will illustrate the value of the research and, furthermore, will encourage other researchers to become involved in the challenges ahead.

### 2.1. Distillation/Reflux Precipitation Polymerization

Distillation precipitation polymerization (DPP) is a method of controlling microsphere formation by solvent distillation during the polymerization process. The solvent will evaporate out with the increase in the temperature, and the concentration of the reactants gradually increases, which would result in faster reaction rates [45]. Huang and Yang et al. have made efforts to achieve the hydrophilic property of the surface of the microspheres with wider ranges of polarity and functionality [29], as well as giving the growth mechanism for leading to good spherical shape [46,47]. During the investigation of the hydrophilic poly(methacrylic acid) (PMAA) polymer particles, they proposed that the presence of hydrogen bonding interactions between the carboxylic acid groups as a non-covalent linkage or physical crosslinking plays a key role in the nucleation process [48]. Functional monomers such as methacrylates, acrylates, chloromethylstyrene, amide, pyrrolidone, carboxylic acid, and acrylonitrile were introduced to prepare narrow-disperse microspheres [49–54]; meanwhile, the tri- or tetra-layer polymer and inorganic/polymer composite/hybrid microspheres with movable inner core have also achieved successfully [55,56]. Wang et al. then proposed a more efficient approach, reflux precipitation polymerization (RPP) [31], by simplifying the apparatus to a handy manual refluxing operation and introducing mechanical stirring, in which the well-defined polymeric nanogels could precipitate from the poor solvent without adhesion to the reaction flask inner wall that makes it easily be scaled up and freely time-controlled [30]. Currently, most of the efforts have focused on the combination of DPP or RPP with other polymerization techniques (e.g., living radical polymerization [57,58] or ‘click’ chemistry [59–61]) to meet the use of specific materials in various areas, such as drug/gene delivery, glycopeptides/protein enrichment [62,63], molecular recognition [45] and cell detection. For the precisely controlled structures, modular functionalities, and desirable payload encapsulation [49,64–68], we can foresee its huge potential in preparing novel multifunctional nanostructures to meet the requirements of multidisciplinary applications [69].

In particular, a series of biodegradable zwitterionic stimuli-responsive (e.g., pH/redox) nanogels with crosslinker that contains disulfide bond or metal ions, especially for drug de-

| Monomer | Precipitation Polymerization | Polymer microspheres |
|---------|------------------------------|---------------------|
| Distillation precipitation polymerization (DPP) | Easy to operate; Fast fabrication process; High conversion of monomers (>30%). |
| Reflux precipitation polymerization (RPP) | Stable polymerization process; Freely control of reaction time; Avoid adhesion to the reaction flask inner wall. |
| Photoinduced precipitation polymerization (PPP) | Avoid coagulum; Able to carried out at or below room temperature. |
| Solvothermal precipitation polymerization (SPP) | High reaction rate and high yields; Uniformed size distribution. |
| Controlled/‘living’ radical precipitation polymerization (CRPP) | Able to do advanced surface modification because the presents of ‘living’ groups on the polymer surface. |
| Self-stabilized precipitation polymerization (SPP) | Able to obtain functional copolymer particles directly from single olefinic monomer or complex olefinic mixtures. |

**Figure 3.** Advantages of different precipitation polymerization techniques in preparation of polymer microspheres [29–39].
livery, via either DPP/RPP or aqueous precipitation polymerization, have been prepared for its advantages of avoiding the application of toxic surfactants and stabilizers [64–68,70–76]. Much of the residual functional groups on the core surface, which enables the polymer nanoparticles for further modification, remained [77,78]. The applications in recognizing small organic molecules, especially for MIPs [79,80], or facilitating the uniform polymer coating on the magnetic nanoparticle surface [81], have also attracted much attention. Zhao et al. combined RAFT and RPP for the synthesis of novel water-compatible MIPs with improved mass transport [57]. Jiang et al. prepared a novel kind of Ni²⁺ immobilized crosslinked PMAA layer coated Fe₃O₄ magnetic core, which was promising for practical applications of His-protein separation and purification in proteomics [82]. Yuan et al. developed superparamagnetic microspheres bearing phosphine oxide groups for effective extraction of uranium from highly acidic solution [83,84]. Chang et al. prepared Fe(II)-based coordination polymer nanohydrogels as a new type of nanozyme by RPP with N,N'-methylenebis(acrylamide) (MBAₘ) as a crosslinker, showing a regular spherical morphology with a larger size (Figure 4) [76].

![Figure 4. The synthetic scheme of the iron nanozymes based on poly(N-vinyl caprolactam) (PVCL). Reprinted with permission from Ref. [76]. Copyright 2020 Royal Society of Chemistry.](image-url)

2.2. Photoinitiated Precipitation Polymerization

Limé and Irgum prepared a series of highly cross-linked micrometer-sized polymer particles made from DVB, alone or copolymerized with 2,3-epoxypropyl methacrylate or styrene by irradiation from a 150 W short arc xenon lamp with AIBN as the initiator, and namely photoinitiated precipitation polymerization (PPP) [33,34]. By using photoinitiation instead of thermal initiation, it was possible to avoid coagulum and arrive at spherical particles with an exceptionally high monodispersity for particles of this size range (polydispersity index < 1.02) and with monomer loadings well above 5 % [85–87]. Moreover, the PPP method can be carried out at low temperatures with corresponding lower tendencies of aggregate formation and also allows the polymerization temperature and initiation rate to be varied independently [33]. Chemtob et al. summarized the main cross-linkers and monofunctional monomers used in PPP, as well as the polymerization mechanism that a transient polymer surface gel layer plays a key role in the colloidal stabilization of particles by a so-called “auto-steric” stabilization process [88].

Tugrul Cem Bicak first reported the combination of type II photoinitiation with PP for the synthesis of highly crosslinked and spherical PDVB particles with click functionality by using a benzophenone-tertiary amine initiation system [41]. Wang et al. prepared the composite of acrylamide on the surface of nano TiO₂ under ultraviolet light by PPP, providing a facile strategy for the synthesis of organic-inorganic hybrid flocculants [89]. Zeng et al. prepared a new absorbent triethylene tetramine-modified crosslinked polyacrylonitrile in water at room temperature using FeC₂O₄ as the photoinitiator and MBAₘ as a
crosslinking agent, which could be used as an effective adsorbent for Cu(II) ions removal from wastewater [90].

2.3. Solvothermal Precipitation Polymerization

To address the challenges of high solid content and high microsphere yield in the fabrication of monodisperse microspheres (ex. the maximum monomer loading of DVB in ACN cannot exceed 5% vol., and the yield for common precipitation polymerization was always less than 50%), Chen et al. prepared monodisperse spherical PDVB, via solvothermal precipitation polymerization (SPP), by adding monomer, initiator, and solvent in a closed reaction vessel at temperatures above the boiling point of the solvent without stirring [35]. Due to its fascinating features, such as an enhanced reaction rate, high yields, uniformed size distribution, and the appropriate diameters ranging from nano-size to micron-size, the proposed SPP method could find numerous ways in the synthesis of a variety of monodisperse microspheres and the building of new inorganic–organic hybrid materials [91]. Chen et al. further prepared a series of micron-sized, highly crosslinked polymeric microspheres containing epoxy, lauryl, carboxyl, and hydroxyl groups by SPP at 20% (mass) monomer loading with over 94% microsphere yield (Figure 5), suggesting its potential value for large scale-up preparation of various monodisperse microspheres with a pure surface [92].

![Figure 5](image-url)

**Figure 5.** The synthetic scheme of the micro-sized monodisperse poly(methacrylic monomer-divinylbenzene) microspheres fabricated by solvothermal precipitation co-polymerization. Reprinted with permission from Ref. [92]. Copyright 2021 Elsevier B.V.

2.4. Controlled/“Living” Radical Precipitation Polymerization

Living polymers with reactive end groups can be easily obtained via controlled/“living” radical polymerization (CRP), which can be further extended to produce block polymers and polymers with other more complicated architectures. Zhang et al. first introduced the CRP mechanism into traditional polymer bead-forming, and proposed a series of controlled/“living” radical precipitation polymerization (CRPP) approaches, including (normal and reverse) atom transfer radical precipitation polymerization (ATRPP), iniferter-induced “living” radical precipitation polymerization (ILRPP), and RAFT precipitation polymerization (RAFTPP) [37]. Other new techniques have also been developed, such as nitroxide-mediated precipitation polymerizations (NMPP) [93]. Similar to the TRPP, all CRPPs should involve the typical particle nucleation and growth stages, while their particle growth mechanisms are quite different. The particle growth mechanism of TRPP could be defined as “grafting to” the mechanism according to the grafting concept, while the normal ATRPP and ILRPP systems were suitable for “grafting from” particle growth mechanism, in which the polymer particles grow by directly capturing monomers from the reaction solutions through the surface-initiated CRPs [94,95]. In addition, a combined “grafting from” and “grafting to” particle growth mechanism was found to be present in the reverse ATRPP and RAFTPP systems, which could be attributed to the presence of both the “living” initiating or chain transfer groups on the polymer particles and traditional free radical initiators in the polymerization systems [96]. The Zhang group has presented detailed overviews of CRPP approaches and their advances in the preparation of advanced...
functional polymers [36,37,94], and Hasanah et al. recently published a review summarizing various CRPPs for preparing molecularly imprinted microspheres (MIMs) as well as comparing advantages and disadvantages of each technique [97]. In the following parts, we will summarize the related works in recent years.

2.4.1. Atom Transfer Radical Precipitation Polymerization (ATRPP)

ATRPP is the incorporation of an ATRP system with a PP procedure, which is simply a substitute for the conventional initiator (e.g., AIBN) with an ATRP initiator. After activation under appropriate reaction conditions, all chains are quickly initiated and grow simultaneously, leading to soluble branched oligomers at the beginning of the polymerization. The controlled characteristics of ATRPP have major roles in uniform particle growth and size [98,99]. Efficient strategies have been continuously conducted to prepare high-quality polymer microspheres. Zhang et al. first introduced the ATRP mechanism into PP for the generation of uniformly “living” polymer microspheres with number-average diameters ranging from 0.73 to 3.25 µm and polydispersity indices being typically lower than 1.01 (Figure 6) [98]. Yang et al. combined the reverse ATRP mechanism with PP and obtained surface-functionalized “living” polymer microspheres via two-stage PP with better-controlled chain growth and size distribution, where the first stage is a conventional PP (for nucleation) and the second stage is a reverse ATRP (for particle growth) [100]. Cormack et al. first reported a new ATRP-based methodology, electron transfer atom transfer radical precipitation polymerization (ARGET ATRPP), in which the products are of high quality (in a size range of 1–3 µm) and can be used directly in grafting-from experiments without any need for the installation of initiator moieties [101].

![Figure 6. The synthetic scheme of the uniformly crosslinked “living” polymer microspheres. Reprinted with permission from Ref. [98]. Copyright 2011 American Chemical Society.](image)

2.4.2. Iniferter-Induced “Living” Radical Precipitation Polymerization (ILRPP)

ILRPP is the most recently developed CRPP and functions by incorporating the ILRP system into PP by using an iniferter agent (as initiator, transfer agent, and the terminator at the same time during radical polymerization). The polymer particles in the ILRPP system mainly grow by directly capturing monomers (including both divinyl crosslinkers and monovinyl functional monomers) from the reaction solution through the surface-initiated controlled polymerization process. Similar to that in ATRPP, a “grafting from” growth mechanism should mainly work in ILRPP [95], where every part of the inifers in ILRPP is immediately converted into macroiniferter at the onset of polymerization, though it showed less control when compared to ATRPP and RAFTPP. All the resulting polymer microspheres by ILRPP generally contained active iniferter groups on their surfaces, thus allowing further surface functionalization [102].

2.4.3. RAFT Precipitation Polymerization (RAFTPP)

RAFTPP was developed by introducing the RAFT polymerization mechanism into the PP system by simply adding an appropriate chain-transfer agent (or RAFT agent), which is
highly promising for the development of various well-defined advanced functional polymer materials [103,104] used in drug delivery and molecular recognition (MIPs) [105,106]. Zhang et al. has developed a series of highly efficient approaches for the preparation of MIP particles with surface-grafted well-defined hydrophilic polymer layers, involving the “one-step approach” and “two-step approach” [107–110]. They have obtained “living” PMAA particles via RAFTPP of MAA or a mixture of MAA and a functional comonomer and expected that the growth of such “living” PMAA particles could take place not only by capturing oligomeric radicals with particle surface vinyl groups (Figure 7a) and adsorbing oligomeric polymer chains from the continuous phase through hydrogen-bonding interaction (Figure 7b) but also by the surface-initiated RAFT polymerization through the surface dithioester groups (Figure 7c) [48]. Subsequent surface-grafting polymerizations have also been obtained to prepare uniform hairy hollow polymer particles with different hydrophilic polymer brushes and hydrodynamic diameters [111].

![Three Proposed Particle Growth Mechanism in RAFTPP of MAA](image)

**Figure 7.** Three Proposed Particle Growth Mechanism in RAFTPP of MAA. (a) By capturing oligomeric radicals with particle surface vinyl groups; (b) By adsorbing oligomeric polymer chains from the continuous phase; (c) By the surface-initiated RAFT polymerization through the surface dithioester groups. Reprinted with permission from Ref. [48]. Copyright 2019 American Chemical Society.

Taken together, all the prepared advanced functional polymers possess great potential for applications such as controlled drug release vehicles, carriers for reagents, enzymes, catalysts, and so on. Other methods, such as free-radical precipitation polymerization [112], have also been developed rapidly and as a powerful support for biomedical applications.

### 2.5. Self-Stable Precipitation Polymerization

In recent years, the Yang group has developed a novel heterogeneous polymerization technique, termed self-stabilized precipitation polymerization (2SPP), beyond emulsion/dispersion/suspension. Compared with the TRPP method, this reaction system has the following characteristics: (1) High monomer concentration and the choice of the reaction medium is crucial; (2) Quiescent polymerization, a stable colloid composed of uniform polymer particles and reaction medium was formed through a self-nucleation and surface deposition process in the absence of any stabilizers; (3) The polymer particles can be easily separated from the solvent, and the supernatant liquid can be recycled, making this one of the most efficient, green and easily scaled-up strategies [113]. A possible mechanism was proposed for this 2SPP process that the nucleation of particles occurred homogeneously only at the early stage in the solution phase; polymer chains will aggregate and gradually grow and nucleate out of the solution. Then polymer chains are continuously deposited on the particles that were precipitated from the solution and eventually grow into balls [114]. Wang et al. further used a fluorescence self-imaging method based on aggregation-induced
luminescence to monitor the process of particle generation and growth during 2SPP in a real-time and disturb-free manner [115].

A range of common olefinic monomers, including mono-olefins, di-olefins, and aromatic olefins, can undergo a 2SPP reaction in a specific solvent environment with maleic anhydride (MAH) or its derivatives. The copolymerization equipped with highly enhanced reactivity of MAH with vinyl acetate (VAc), styrene, α-methyl styrene, and DVB [116–118] has been achieved, and the obtained polymers could support further preparing bio-based, thermally stable, or fluorescent materials [119–125]. The 2SPP method also provides a new way to transform huge amounts of olefinic compounds in the C4–C9 fraction of the petrochemical industry and prepare polyolefin products containing acid anhydride functional groups. This convenient and efficient process can make up for deficiencies of the heterogeneous catalyst (Ziegler–Natta, Metallocenes, etc.) in the preparation of polar copolymers and getting well-defined nano- or micron-sized polymeric particles [38].

Recently, such heterogenization strategies have been explored in the field of ethylene polymerization [126] and ethylene–polar monomer copolymerization [127] to obtain polyolefin spherical particles with improved mechanical properties and great product morphology control. Through modulating polymerization parameters, the particles could be well-tuned, causing the precipitation and separation of polymers from reactive medium avoiding reactor fouling (see Figure 8). Chen et al. designed an ionic cluster strategy to synthesize polar-functionalized polyolefins via PP, which greatly enhances the catalyst’s thermal stability (90–150 °C) and enables the homopolymerization of both terminal and internal polar-functionalized olefins [127].

![Figure 8. Images of typical polyethylene particles synthesized within 10–30 min (Polymerization time: (A) 10 min, (B) 20 min, (C) 30 min). Reprinted with permission from Ref. [125]. Copyright 2020 Elsevier B.V.](image)

3. Conclusions and outlook

Precipitation polymerization is the most common method to prepare monodisperse polymer microspheres, which also allows further functionalization via the next process. Much effort has been made to precisely control the particle size of the internal pore structures to satisfy various application requirements. In addition to the approaches and applications described above, other new techniques have also been developed, making it an irreplaceable tool to prepare functional materials. For example, nitroxide-mediated PP employing photo-crosslinkable prepolymers [128]; catalyst-free aza-Michael addition PP method enabled polymer particles with abundant active groups for direct post-modification in mild conditions [129]; the aqueous free-radical PP method used to prepare thermo- or light-responsive responsive microgels [130–132]; water-based redox PP for synthesizing polypyrrole nanoparticles as a promising substance for photoacoustic imaging [133]. Novel particles have been creatively prepared, such as deoxyribonucleic acid (DNA) cross-linked polymeric nanoframework [134] or those supporting Pd or Au catalysts [135,136], exhibiting great potential in both material science and bio-medical areas.
The improved PP method resulted in microspheres with controlled particle size and active groups on the surface; the amount of monomer input and the yield of the particles were increased with guaranteed microsphere monodispersity; thus, providing strong support for the next step of industrial scale-up production and fitting specific applications in various areas. In the future, the introduction of each advanced technique into the area of precipitation polymerization is expected to progress and achieve great product morphology control and precise application rapidly.

Precipitation polymerization is a powerful tool for the preparation of uniform polymer particles with a clean surface and can also be easily combined with other techniques. How to further reduce the production cost, simplify the production process, and expand the production scale will also be the focus of much attention and research in the future.

Author Contributions: Literature review and writing, R.Z. and R.G.; resources and editing, R.Z.; funding acquisition, Q.G. and J.L.; supervision, R.G. and X.L. All authors have read and agreed to the published version of the manuscript.

Funding: This research received no external funding.

Institutional Review Board Statement: Not applicable.

Informed Consent Statement: Not applicable.

Data Availability Statement: Not applicable.

Conflicts of Interest: The authors declare no conflict of interest.

References
1. Urban, D.; Takamura, K. Polymer Dispersions and Their Industrial Applications; Wiley-VCH: Weinheim, Germany, 2002; ISBN 3-527-30286-7. [CrossRef]
2. Li, W.H.; Hamielec, A.E.; Stöver, H.D.H. Novel Polystyryl Resins for Size Exclusion Chromatograph. J. Polym. Sci. Part A Polym. Chem. 1994, 32, 2029–2038. [CrossRef]
3. Ma, G.H.; Fukutomi, T.; Nazaki, S. The Modification of Porous Chromato-Gel Surface for Liquid Chromatography by Poly (4-vinylpyridine) Microgels. J. Appl. Polym. Sci. 1997, 47, 1243–1253. [CrossRef]
4. Okubo, M.; Nakagawa, T. Formation of multihollow structures in crosslinked composite polymer particles. Colloid Polym. Sci. 1994, 272, 530–535. [CrossRef]
5. Perrier-Cornet, R.; Heroguez, V.; Thienpont, A.; Babot, O.; Toupance, T. Functional crosslinked polymer particles synthesized by precipitation polymerization for liquid chromatography. J. Chromatogr. A 2008, 1179, 2–8. [CrossRef] [PubMed]
6. Wang, J.; Cormack, P.A.G.; Sherrington, D.C.; Khoshdel, E. Monodisperse, Molecularly Imprinted Polymer Microspheres Prepared by Precipitation Polymerization for Affinity Separation Applications. Angew. Chem. Int. Ed. 2003, 42, 5336–5338. [CrossRef] [PubMed]
7. Jinadasa, K.K.; Hermelo, P.H.; Pena-Vazquez, E.; Bermejo-Barrera, P.; Moreda-Pineiro, A. Mercury speciation in edible seaweed by liquid chromatography-Inductively coupled plasma mass spectrometry after ionic imprinted polymer-solid phase extraction. Talanta 2021, 224, 121841. [CrossRef]
8. McDonald, C.J.; Bouck, K.J.; Chaupt, A.B.; Stevens, C.J. Emulsion Polymerization of Voided Particles by Encapsulation of a Nonsolvent. Macromolecules 2000, 33, 1593–1605. [CrossRef]
9. Arsady, R. Microspheres and Microcapsules, a Survey of Manufacturing Techniques Part II: Coacervation. Polym. Eng. Sci. 1990, 30, 905–914. [CrossRef]
10. Scher, H.B.; Rodson, M.U.S. Patent 5160529, 3 November 1992.
11. Li, K.; Stöver, H.D.H. Synthesis of Monodisperse Poly (divinylbenzene) Microspheres. J. Polym. Sci. A Polym. Chem. 1993, 31, 3257–3263. [CrossRef]
12. Li, G.; Möhwald, H.; Schchukin, D.G. Precipitation polymerization for fabrication of complex core–shell hybrid particles and hollow structures. Chem. Soc. Rev. 2013, 42, 3628–3646. [CrossRef]
13. Li, W.H.; Stöver, H.D.H. Porous Monodisperse Poly(divinylbenzene) Microspheres by Precipitation Polymerization. J. Polym. Sci. Part A Polym. Chem. 1998, 36, 1543–1551. [CrossRef]
14. Downey, J.S.; Frank, R.S.; Li, W.H.; Stöver, H.D.H. Growth Mechanism of Poly(divinylbenzene) Microspheres in Precipitation Polymerization. Macromolecules 1999, 32, 2838–2844. [CrossRef]
15. Fitch, R.M.J. Non-Aqueous Dispersions. J. Eolesthetics 1971, 3, 146–156. [CrossRef]
16. Li, W.H.; Stöver, H.D.H. Monodisperse Cross-Linked Core-Shell Polymer Microspheres by Precipitation Polymerization. Macromolecules 2000, 33, 4354–4360. [CrossRef]
17. Frank, R.S.; Downey, J.S.; Yu, K.; Stöver, H.D.H. Poly(divinylbenzene-alt-maleic anhydride) Microgels: Intermediates to Microgels and Macrogels in Cross-Linking Copolymerization. *Macromolecules* **2002**, *35*, 2728–2735. [CrossRef]

18. Xiao, J.; Lu, Q.; Cong, H.; Shen, Y.; Yu, B. Microporous poly(glycidyl methacrylate-coethylene glycol dimethyl acrylate) microspheres: Synthesis, functionalization and applications. *Polym. Chem.* **2021**, *12*, 6050–6070. [CrossRef]

19. Mohabali, A.; Abdouss, M.; Kazemi, Y.; Daneshnia, S. Fabrication and characterization of pH-responsive poly(methacrylic acid)-based molecularly imprinted polymers nanosphere for controlled release of amitriptyline hydrochloride. *Polym. Adv. Technol.* **2021**, *32*, 4386–4396. [CrossRef]

20. Abdullah; Alveroglu, E.; Balouch, A.; Khan, S.; Mahar, A.M.; Jagirani, M.S.; Pato, A.H. Evaluation of the performance of a selective magnetite molecularly imprinted polymer for extraction of quercetin from onion samples. *Microchem. J.* **2021**, *162*, 105849. [CrossRef]

21. Teixeira, R.A.; Dinali, L.A.F.; Oliveira, H.L.D.; Silva, A.T.M.D.; Borges, K.B. Efficient and selective extraction of azamethiphos and chlorpyrifos residues from mineral water and grape samples using magnetic mesoporous molecularly imprinted polymer. *Food Chem.* **2021**, *361*, 130116. [CrossRef]

22. Li, H.; Zhang, J.; Wang, D.; Wang, J.; Jiang, W.; Zhou, T.; Liu, C.; Che, G. Synthesis of flexible SERS imprint sensor based on Ag/GO composites and selective detection of antibiotic in aqueous sample. *Adv. Powder Technol.* **2021**, *32*, 3405–3411. [CrossRef]

23. Saraji, M.; Alijani, S. A molecularly imprinted polymer on chromium (III) oxide nanoparticles for spectrofluorometric detection of bisphenol A. *Spectrochim. Acta A. Mol. Biomol. Spectrosc.* **2021**, *255*, 119711. [CrossRef]

24. Liu, X.; Xu, Y.; Heuts, J.P.A.; Debije, M.G.; Schenning, A.P.H.J. Monodisperse Liquid Crystal Network Particles Synthesized via Precipitation Polymerization. *Macromolecules* **2019**, *52*, 8339–8345. [CrossRef]

25. Liu, X.; Moradi, M.-A.; Bus, T.; Debije, M.G.; Bon, S.A.F.; Heuts, J.P.A.; Schenning, A.P.H.J. Flower-Like Colloidal Particles through Precipitation Polymerization of Redox-Responsive Liquid Crystals. *Angew. Chem. Int. Ed.* **2021**, *60*, 27026–27030. [CrossRef]

26. Jin, J.M.; Yang, S.; Shim, S.E.; Choe, S. Synthesis of Poly(acrylamide-co-divinylbenzene) Microspheres by Precipitation Polymerization. *J. Polym. Sci. Part A Polym. Chem.* **2005**, *43*, 5343–5346. [CrossRef]

27. Medina-Castillo, A.L.; Fernandez-Sanchez, J.F.; Segura-Carretero, A.; Fernandez-Gutierrez, A. Micrometer and Submicrometer Particles Prepared by Precipitation Polymerization: Thermodynamic Model and Experimental Evidence of the Relation between Flory’s Parameter and Particle Size. *Macromolecules* **2010**, *43*, 5804–5813. [CrossRef]

28. Fauziah, S.; Gafur, A.M.; Soekamto, N.H.; Taba, P.; Sapar, A. Synthesis and Characterization of Moleurally Imprinted Polymers of Di-(2-Ethylhexyl) Phthalate Using the Precipitation Polymerization Method. *Egypt. J. Chem.* **2021**, *64*, 2385–2392. [CrossRef]

29. Bai, F.; Yang, X.; Huang, W. Synthesis of Narrow or Monodisperse Poly(divinylbenzene) Microspheres by Distillation-Precipitation Polymerization. *Macromolecules* **2004**, *37*, 9746–9752. [CrossRef]

30. Jin, S.; Pan, Y.; Wang, C. Reflux Precipitation Polymerization: A New Technology for Preparation of Monodisperse Polymer Nanohydrogels. *Acta Chim. Sin.* **2013**, *71*, 1500–1504. [CrossRef]

31. Fan, M.; Wang, F.; Wang, C. Reflux Precipitation Polymerization: A New Platform for the Preparation of Uniform Polymeric Nanogels for Biomedical Applications. *Macromol. Biosci.* **2018**, *18*, 1800077. [CrossRef]

32. Joso, R.; Pan, E.H.; Stenzel, M.H.; Davis, T.P.; Barner-Kowollik, C.; Barner, L. Ambient Temperature Synthesis of Well-Defined Microspheres via Precipitation Polymerization Initiated by UV-Irradiation. *J. Polym. Sci. Part A Polym. Chem.* **2007**, *45*, 3482–3487. [CrossRef]

33. Limé, F.; Irgum, K. Monodisperse Polymeric Particles by Photoinitiated Precipitation Polymerization. *Macromolecules* **2007**, *40*, 1962–1968. [CrossRef]

34. Limé, F.; Irgum, K. Preparation of Divinylbenzene and Divinylbenzene-co-Glycidyl Methacrylate Particles by Photoinitiated Precipitation Polymerization in Different Solvent Mixtures. *Macromolecules* **2009**, *42*, 4436–4442. [CrossRef]

35. Huang, H.; Ding, Y.; Chen, Y.; Chen, Z.; Kong, X.Z. Synthesis of monodisperse micron-sized poly(divinylbenzene) microspheres by solvothermal precipitation polymerization. *Chem. Eng. J.* **2016**, *289*, 135–141. [CrossRef]

36. Pan, G.; Ma, Y.; Zhang, Y.; Guo, X.; Li, C.; Zhang, H. Controlled synthesis of water-compatible molecularly imprinted polymer microspheres with ultrathin hydrophilic polymer shells via surface-initiated reversible addition-fragmentation chain transfer polymerization. *Soft Matter* **2011**, *7*, 8428–8439. [CrossRef]

37. Zhang, H. Controlled “living” radical precipitation polymerization: A versatile polymerization technique for advanced functional polymers. *Eur. Polym. J.* **2013**, *49*, 579–600. [CrossRef]

38. Liu, Z.; Chen, D.; Zhang, J.; Liao, H.; Chen, Y.; Sun, Y.; Deng, J.; Yang, W.T. Self-Stabilized Precipitation Polymerization and Its Application. *Research 2018*, *2018*, 9370490. [CrossRef] [PubMed]

39. Chen, D.; Ma, Y.; Zhao, C.; Wang, L.; Zhang, X.; Yang, W. Self-stabilized precipitation polymerization: Principle, method and application. *Sci. Sin. Chim.* **2020**, *50*, 732–742. [CrossRef]

40. Bai, F.; Yang, X.; Huang, W. Narrow-Disperse or Monodisperse Crosslinked and Functional Core–Shell Polymer Particles Prepared by Two-Stage Precipitation Polymerization. *J. Appl. Polym. Sci.* **2006**, *100*, 1776–1784. [CrossRef]

41. Bicak, T.C. Highly Crosslinked and Clickable Poly(divinylbenzene) Microspheres by Type II Photoinitiated Precipitation Polymerization. *Macromol. Chem. Phys.* **2021**, *222*, 2100022. [CrossRef]

42. Kong, X.Z.; Gu, X.L.; Zhu, X.; Zhang, L. Precipitation Polymerization in Ethanol and Ethanol/Water to Prepare Uniform Microspheres of Poly(TMPTA-styrene). *Macromol. Rapid Commun.* **2009**, *30*, 909–914. [CrossRef]
43. Yan, Q.; Zhao, T.; Bai, Y.; Zhang, F.; Yang, W. Precipitation Polymerization in Acetic Acid: Study of the Solvent Effect on the Morphology of Poly(divinylbenzene). J. Phys. Chem. B 2009, 113, 3008–3014. [CrossRef] [PubMed]
44. Sun, H.; Wei, Y.; Kong, X.Z.; Jiang, X. Preparation of uniform polyeura microspheres at high yield by precipitation polymerization and their use for laccase immobilization. Polymer 2021, 216, 123432. [CrossRef]
45. Qin, Y.P.; Jia, C.; He, X.W.; Li, W.Y.; Zhang, Y.K. Thermosensitive Metal Chelation Dual-Template Epitope Imprinting Polymer Using Distillation–Precipitation Polymerization for Simultaneous Recognition of Human Serum Albumin and Transferrin. ACS Appl. Mater. Interfaces 2018, 10, 9060–9068. [CrossRef] [PubMed]
46. Bai, F.; Yang, X.; Li, R.; Huang, B.; Huang, W. Monodisperse hydrophilic polymer microspheres having carboxylic acid groups prepared by distillation precipitation polymerization. Polymer 2006, 47, 5775–5784. [CrossRef]
47. Bai, F.; Huang, B.; Yang, X.; Huang, W. Synthesis of monodisperse poly(methacrylic acid) microspheres by distillation–precipitation polymerization. Eur. Polym. J. 2007, 43, 3923–3932. [CrossRef]
48. Zheng, C.; Zhou, Y.; Jiao, Y.; Zhang, H. Narrow or Monodisperse, Physically Cross-Linked, and “Living” Spherical Polymer Particles by One-Stage RAFT Precipitation Polymerization. Macromolecules 2019, 52, 143–156. [CrossRef]
49. Song, T.; Zhou, M.; Liu, W.; Bian, G.; Qi, Y.; Bai, F.; Yang, X. Preparation of polymer microspheres with reactive epoxy group and amino groups as stabilizers for gold nanocolloids with recoverable catalysis. Colloid Polym. Sci. 2015, 293, 187–197. [CrossRef]
50. Li, S.; Yang, X.; Huang, W. Preparation of monodisperse crosslinked polymer microspheres having chloromethyl group by distillation-precipitation polymerization. Chin. J. Polym. Sci. 2005, 23, 197–202. [CrossRef]
51. Bai, F.; Yang, X.; Huang, W. Preparation of narrow or monodisperse poly(ethylene glycol dimethacrylate) microspheres by distillation–precipitation polymerization. Eur. Polym. J. 2006, 42, 2088–2097. [CrossRef]
52. Lu, X.; Huang, D.; Yang, X.; Huang, W. Preparation of Narrow or Monodisperse Polymer Microspheres with Cyanogen Group by Distillation Precipitation Polymerization. Polymer Bull. 2006, 56, 171–178. [CrossRef]
53. Qi, D.; Bai, F.; Yang, X.; Huang, W. Synthesis of core-shell polymer microspheres by two-stage distillation–precipitation polymerization. Eur. Polym. J. 2005, 41, 2320–2328. [CrossRef]
54. Liu, G.; Yang, X.; Wang, Y. Preparation of monodisperse hydrophilic polymer microspheres with N,N′-methylene diacrylamide as crosslinker by distillation precipitation polymerization. Polym. Int. 2007, 56, 905–913. [CrossRef]
55. Ji, H.; Wang, S.; Yang, X. Preparation of polymer/silica/polymer tri-layer hybrid materials and the corresponding hollow polymer microspheres with movable cores. Polymer 2009, 50, 133–140. [CrossRef]
56. Liu, G.; Wang, H.; Yang, X. Synthesis of pH-sensitive hollow polymer microspheres with movable magnetic core. Polymer 2009, 50, 2578–2586. [CrossRef]
57. Zhao, X.; Wang, J.; Wang, J.; Wang, S. Development of water-compatible molecularly imprinted solid-phase extraction coupled with high performance liquid chromatography–tandem mass spectrometry for the detection of six sulfonamides in animal-derived foods. J. Chromatogr. A 2018, 1574, 9–17. [CrossRef]
58. Liu, J.; Yang, K.; Qu, Y.; Li, S.; Wu, Q.; Liang, Z.; Zhang, L.; Zhang, Y. An efficient approach to prepare boronate core–shell polymer nanoparticles for glycoprotein recognition via combined distillation precipitation polymerization and RAFT media precipitation polymerization. Chem. Commun. 2015, 51, 3896–3898. [CrossRef]
59. Zhang, X.; He, X.; Chen, L.; Zhang, Y. A combination of distillation–precipitation polymerization and click chemistry: Fabrication of boronic acid functionalized Fe3O4 hybrid composites for enrichment of glycoproteins. J. Mater. Chem. B 2014, 2, 3254. [CrossRef]
60. Liu, J.; Yang, K.; Shao, W.; Li, S.; Wu, Q.; Zhang, S.; Qu, Y.; Zhang, L.; Zhang, Y. Synthesis of Zwitterionic Polymer Particles via Combined Distillation Precipitation Polymerization and Click Chemistry for Highly Efficient Enrichment of Glycopeptide. ACS Appl. Mater. Interfaces 2016, 8, 22018–22024. [CrossRef]
61. Li, G.; Yu, R.; Qi, T.; Möhwald, H.; Shchukin, D.G. Double-Shell Polymer Nanocontainers Decorated with Poly(ethylene glycol) Brushes by Combined Distillation Precipitation Polymerization and Thiol–Yne Surface Chemistry. Macromolecules 2016, 49, 1127–1134. [CrossRef]
62. Ma, W.; Zhang, Y.; Li, L.; Zhang, Y.; Yu, M.; Lu, J.; Wang, C. Ti4+-Immobilized Magnetic Composite Microspheres for Highly Selective Enrichment of Phosphopeptides. Adv. Funct. Mater. 2013, 23, 107–115. [CrossRef]
63. Qu, Y.; Liu, J.; Yang, K.; Liang, Z.; Zhang, L.; Zhang, Y. Boronic Acid-Functionalized Core–Shell Polymer Nanoparticles Prepared by Distillation Precipitation Polymerization for Glycopeptide Enrichment. Chem.–Eur. J. 2012, 18, 9056–9062. [CrossRef]
64. Men, Y.; Peng, S.; Yang, P.; Jiang, Q.; Zhang, Y.; Shen, B.; Dong, P.; Pang, Z.; Yang, W. Biodegradable Zwitterionic Nanogels with Long Circulation for Antitumor Drug Delivery. ACS Appl. Mater. Interfaces 2018, 10, 23509–23521. [CrossRef]
65. Wang, Z.; Li, X.; Zhang, X.; Sheng, R.; Lin, Q.; Song, W.; Hao, L. Novel Contact Lenses Embedded with Drug-Loaded Zwitterionic Nanogels for Extended Ophthalmic Drug Delivery. Nanomaterials 2021, 11, 2328. [CrossRef]
66. Xie, R.; Tian, Y.; Peng, S.; Zhang, L.; Men, Y.; Yang, W. Poly(2-methacryloyloxyethyl phosphorylcholine)-based biodegradable nanogels for controlled drug release. Polym. Chem. 2018, 9, 4556–4565. [CrossRef]
67. Tian, Y.; Lei, M.; Yan, L.; An, F. Diselenide-crosslinked zwitterionic nanogels with dual redox-labile properties for controlled drug release. Polym. Chem. 2020, 11, 2360–2369. [CrossRef]
68. Lei, M.; Zhang, W.; Yi, C.; Yan, L.; Tian, Y. Zwitterionic nanogels with temperature sensitivity and redox-degradability for controlled drug release. Coll. Surf. B. Biointerfaces 2021, 206, 111959. [CrossRef]
69. Jadhav, S.A.; Brunella, V.; Mileto, I.; Berlier, G.; Scalarone, D. Synthesis of poly(N-isopropylacrylamide) by distillation precipitation polymerization and quantitative grafting on mesoporous silica. J. Appl. Polym. Sci. 2016, 133. [CrossRef]

70. Pan, Y.; Chen, Y.; Wang, D.; Wei, C.; Guo, J.; Lu, D.; Chu, C.; Wang, C. Redox/pH dual stimuli-responsive biodegradable nanohydrogels with varying responses to dithiothreitol and glutathione for controlled drug release. Biomaterials 2012, 33, 6570–6579. [CrossRef]

71. Modarresi-Saryazdi, S.M.; Haddadi-Asl, V.; Salami-Kalajahi, M. N,N′-methylenediacrylamide-crosslinked poly(acrylic acid) particles as doxorubicin carriers: A comparison between release behavior of physically-loaded drug and conjugated drug via acid-labile hydrazide linkage. J. Biomed. Mater. Res. A. 2018, 106, 342–348. [CrossRef]

72. Nikravan, G.; Haddadi-Asl, V.; Salami-Kalajahi, M. Stimuli-responsive DOX release behavior of cross-linked poly(acrylic acid) nanoparticles. E-Polymers 2019, 19, 203–214. [CrossRef]

73. Yao, J.; Li, T.; Shi, X.; Wang, Y.; Fang, S.; Wang, H. A general prodrug nanohydrogel platform for reduction-triggered drug activation and treatment of taxane-resistant malignancies. Acta Biomater. 2021, 130, 409–422. [CrossRef]

74. Yang, W.; Liang, L.; Wang, X.; Cao, Y.; Xu, W.; Chang, D.; Gao, Y.; Wang, L. Versatile functionalization of surface-tailorable polymer nanohydrogels for drug delivery systems. Biomater. Sci. 2019, 7, 247–261. [CrossRef]

75. Wang, L.; Wang, Y.; Hu, Y.; Yang, W.; Wang, L. Europium(III)-containing nanohydrogels for cellular imaging and drug delivery applications. Polym. Chem. 2012, 3, 4159. [CrossRef]

76. Wang, Y.; Wang, W.; Gu, Z.; Miao, X.; Huang, Q.; Chang, B. Temperature-responsive iron nanocages based on poly(N-vinylcaprolactam) with multi-enzyme activity. RSC Adv. 2020, 10, 39954–39966. [CrossRef]

77. Ibrahim, G.P.S.; Isloor, A.M.; Bavarian, M.; Nejati, S. Integration of Zwitterionic Polymer Nanoparticles in Interfacial Polymerization for Ion Separation. ACS Appl. Polym. Mater. 2020, 2, 1508–1517. [CrossRef]

78. Panchami, H.R.; Isloor, A.M.; Ismail, A.F. Improved hydrophilic and antifouling performance of nanocomposite ultrafiltration zwitterionic polyphenylsulfone membrane for protein rejection applications. J. Nanostruct. Chem. 2021. [CrossRef]

79. Cao, J.; Zhang, X.; He, X.; Chen, L.; Zhang, Y. The Synthesis of Magnetic Lysozyme-Imprinted Polymers by Means of Distillation–Precipitation Polymerization for Selective Protein Enrichment. Chem. Asian J. 2014, 9, 526–533. [CrossRef]

80. Liu, Y.; Zhang, L.; Zhao, N.; Han, Y.; Zhao, F.; Penge, Z.; Li, Y. Preparation of molecularly imprinted polymers based on distillation-precipitation polymerization for ultrasensitive electrochemical sensor. Analyst 2017, 142, 1091–1098. [CrossRef]

81. Luo, J.; Zhang, X.; Zhang, C.; Wang, T.; Chen, X.; Chen, H.; King, S.; Wang, C. Highly stable, active and recyclable solid acid catalyst based on polymer-coated magnetic composite particles. Chin. Chem. Lett. 2019, 30, 2043–2046. [CrossRef]

82. Wang, Y.; Wei, Y.; Gao, P.; Sun, S.; Du, Q.; Wang, Z.; Jiang, Y. Preparation of Fe3O4@PMMA@Ni Microspheres towards the Efficient and Selective Enrichment of Histidine-Rich Proteins. ACS Appl. Mater. Interfaces 2021, 13, 11166–11176. [CrossRef]

83. Zhang, S.; Yuan, D.; Zhang, Q.; Wang, Y.; Liu, Y.; Zhao, J.; Chen, B. Highly efficient removal of uranium from highly acidic media achieved on a phosphine oxide and amino functionalized superparamagnetic composite polymer adsorbent. J. Mater. Chem. A 2020, 8, 10925–10934. [CrossRef]

84. Zhang, S.; Yuan, D.; Zhao, J.; Ren, G.; Zhao, X.; Liu, Y.; Wang, Y.; He, Y.; Ma, M.; Zhang, Q. Highly efficient extraction of uranium from strong HNO3 media achieved on phosphine oxide functionalized superparamagnetic composite polymer microspheres. J. Mater. Chem. A 2021, 9, 18393–18405. [CrossRef]

85. Wu, B.; Tan, J.; Yang, J.; Zeng, Z. Photoinitiated Precipitation Polymerization in Liquid CO2: Fast Formation of Crosslinked Poly(acrylic acid-co-methoxy polyethylene glycol acrylate) microspheres. J. Polym. Sci. Part A Polym. Chem. 2011, 49, 4660–4667. [CrossRef]

86. Gu, X.; Song, X.; Zhang, Y.; Sun, H.; Kong, X.; Fu, C.; Cui, S.; Zhang, Z. A green approach to crosslinked polymer microspheres with undoped methacrylate monomers and their potential application as dental restorative materials. RSC Adv. 2015, 5, 25840. [CrossRef]

87. Gu, X.; Sun, H.; Kong, X.; Fu, C.; Yu, H.; Li, J.; Wang, J. A green protocol to prepare monodisperse poly(TMPTMA-styrene) microspheres by photoinitiated precipitation polymerization in low-toxicity solvent. Coll. Polym. Sci. 2013, 291, 1771–1779. [CrossRef]

88. Jasionski, F.; Zetterlund, P.B.; Braun, A.M.; Chemtob, A. Photopolymerization in dispersed systems. Prog. Polym. Sci. 2018, 84, 47–88. [CrossRef]

89. Wang, H.; Chao, L.; Wei, X.; Qi, X.; Li, J.; Jiang, L.; Li, W.; Jia, P. Design and preparation of flocculant with self-degrading characteristics for dewatering of oil sand tailings. J. Dispers. Sci. Technol. 2020, 41, 1664–1673. [CrossRef]

90. Zeng, L.; Zhou, F.; Zhan, X.; Zhang, Y.; Xie, W.; Wang, G.; Liang, E. Triethylene tetramine-modified crosslinked acrylonitrile as Cu(II) ion adsorbent by photo-induced precipitation polymerization. Iran. Polym. J. 2021, 30, 685–695. [CrossRef]

91. Chen, J.; Zhao, C.; Huang, H.; Wang, M.; Ge, X. Highly crosslinked poly(ethylene glycol dimethacrylate)-based microspheres via solvothermal precipitation polymerization in alcohol/water system. Polymer 2016, 83, 214–222. [CrossRef]

92. Guo, F.; Ding, Y.; Wang, Y.; Gao, X.; Chen, Z. Functional monodisperse microspheres fabricated by solvothermal precipitation co-polymerization. Chin. J. Chem. Eng. 2021, 34, 323–331. [CrossRef]

93. Magee, C.; Earla, A.; Petraitis, J.; Higa, C.; Braslau, R.; Zetterlund, P.B.; Aldabbagh, F. Synthesis of fluorinated alkoxamines and alkoxamine-initiated nitro)xido-mediated precipitation polymerizations of styrene in supercritical carbon dioxide. Polym. Chem. 2014, 5, 5725. [CrossRef]
Zhao, M.; Zhang, H.; Ma, F.; Zhang, Y.; Guo, X.; Zhang, H. Efficient Synthesis of Monodisperse, Highly Crosslinked, and “Living” Functional Polymer Microspheres by the Ambient Temperature Initiator-Induced “Living” Radical Precipitation Polymerization. *J. Polym. Sci. Part A Polym. Chem.* 2013, 51, 1983–1988. [CrossRef]

Jiao, Y.; Jiang, J.; Zhang, H.; Shi, K.; Zhang, H. Efficient one-pot synthesis of uniform, surface-functionalized, and “living” polymer microspheres by reverse atom transfer radical precipitation polymerization. *Eur. Polym. J.* 2014, 54, 95–108. [CrossRef]

Dai, J.; Zou, Y.; Zhou, Z.; Dai, X.; Pan, J.; Yu, P.; Zou, T.; Yan, Y. Narrowly dispersed imprinted microspheres with hydrophilic polymer brushes for specific recognition and adsorption of sulfamethazine in water medium. *J. Appl. Polym. Sci.* 2014, 131, 40854. [CrossRef]

Zhao, M.; Zhang, H.; Ma, F.; Zhang, Y.; Guo, X.; Zhang, H. Efficient Synthesis of Monodisperse, Highly Crosslinked, and “Living” Polymer Microspheres by Atom Transfer Radical Precipitation Polymerization. *Macromolecules* 2011, 44, 5893–5904. [CrossRef]

Dai, J.; Zhou, Z.; Zou, Y.; Wei, X.; Dai, X.; Li, C.; Yan, Y. Surface Imprinted Core-Shell Nanorod with Ultrathin Water-Compatible Polymer Brushes for Specific Recognition and Adsorption of Sulfamethazine in Water Medium. *J. Appl. Polym. Sci.* 2014, 131, 40854. [CrossRef]
119. Wang, Y.; Chen, D.; Wang, G.; Zhao, C.; Ma, Y.; Yang, W. Immobilization of cellulase on styrene/maleic anhydride copolymer nanoparticles with improved stability against pH changes. *Chem. Eng. J.* 2018, 336, 152–159. [CrossRef]

120. Hu, Y.; Zhang, C.; Jian, Z.; Chen, D.; Ma, Y.; Yang. W. Surface-imprinted polymer microsphere based on self-stabilized precipitation polymerization for selective removal of norfloxacin. *Appl. Surf. Sci.* 2022, 574, 151706. [CrossRef]

121. Huang, X.; Wang, L.; Yang, W. Preparation of core-shell particles by surface-initiated cycloketyl radical mediated living polymerization. *Polym. Chem.* 2015, 6, 6664–6670. [CrossRef]

122. Song, C.; Shu, H.; Zhang, X.; Chen, D.; Ma, Y.; Yang, W. Synthesis of poly(vinyl chloride)-co-poly(acrylic acid) by precipitation polymerization and its use as CaCO₃ modifier in rigid PVC composites. *J. Macromol. Sci. A* 2021, 58, 557–566. [CrossRef]

123. Zhou, C.; Liu, T.; Yang, X.; Zhang, C.; Zhang, S.; Zhang, P. QDs embedded copolymer nanospheres prepared with a simple self-stable precipitation polymerization method for *Listeria monocytogenes* detection. *Opt. Mater.* 2020, 99, 109582. [CrossRef]

124. Wang, G.; Yang, L.; Li, C.; Yu, H.; He, Z.; Yang, C.; Sun, J.; Zhang, P.; Gu, X.; Tang, B. Novel strategy to prepare fluorescent polymeric nanoparticles based on aggregation-induced emission via precipitation polymerization for fluorescent lateral flow assay. *Mater. Chem. Front.* 2021, 5, 2452–2458. [CrossRef]

125. Jun, C.S.; Kwon, S.H.; Choi, H.J.; Seo, Y. Polymeric Nanoparticle-Coated Pickering Emulsion-Synthesized Conducting Polyamine Hybrid Particles and Their Electrothermocouple Study. *ACS Appl. Mater. Interfaces* 2017, 9, 44811–44819. [CrossRef] [PubMed]

126. Gao, R.; Guo, Z.; Zhou, J.; Li, Y.; Liu, D.; Zhang, X. One-step synthesis of hollow spherical polyethylene by dispersion polymerization. *J. Catal.* 2020, 385, 103–106. [CrossRef]

127. Tan, C.; Zou, C.; Chen, C. An Ionic Cluster Strategy for Performance Improvements and Product Morphology Control in Metal-Catalyzed Olefin–Polar Monomer Copolymerization. *J. Am. Chem. Soc.* 2022, 144, 2245–2254. [CrossRef]

128. Walden, S.L.; Hooker, J.P.; Delafresnaye, L.; Baner-Kowollik, C. Two Sides of the Same Coin: Light as a Tool to Control and Map Microsphere Design. *ACS Macro Lett.* 2021, 10, 851–856. [CrossRef]

129. Sun, B.; Li, S.; Jiang, X.; Zhu, X.; Kong, X.Z. Synthesis of post-modified poly(ester-amino) microspheres viaaza-Michael precipitation polymerization and its use for enzyme immobilization. *Polym. Adv. Technol.* 2021, 32, 1802–1812. [CrossRef]

130. Nishizawa, Y.; Minato, H.; Inui, T.; Uchihashi, T.; Suzuki, D. Nanostructures, Thermoresponsiveness, and Assembly Mechanism of Hydrogel Microspheres during Aqueous Free-Radical Precipitation Polymerization. *Langmuir* 2021, 37, 151–159. [CrossRef]

131. Zhang, Y.; Fang, C.; Zhang, S.; Campbell, R.E.; Serpe, M.J. Controlled Osteogenic Differentiation of Human Mesenchymal Stem Cells Using Dexamethasone-Loaded Light-Responsive Microgels. *ACS Appl. Mater. Interfaces* 2021, 13, 7051–7059. [CrossRef]

132. Li, X.; Ouyang, Z.; Li, H.; Hu, C.; Saha, P.; Xing, L.; Shi, X.; Fich, A. Dendrimer-decorated nanogels: Efficient nanocarriers for biodistribution in vivo and chemotherapy of ovarian carcinoma. *Bioact. Mater.* 2021, 6, 3244–3253. [CrossRef]

133. Keša, P.; Páirová, M.; Babic, M.; Heizer, T.; Matouš, P.; Turnovcová, K.; Mareková, D.; Šefc, L.; Herynek, V. Photoacoustic Properties of Polypyrrole Nanoparticles. *Nanomaterials* 2021, 11, 2457. [CrossRef] [PubMed]

134. Li, F.; Yu, W.; Zhang, J.; Dong, Y.; Ding, X.; Ruan, X.; Gu, Z.; Yang, D. Spatiotemporally programmable cascade hybridization of hairpin DNA in polymeric nanoframework for precise siRNA delivery. *Nature Commun.* 2021, 12, 1138. [CrossRef] [PubMed]

135. Yang, X.; Jiang, X.; Bashir, M.S.; Kong, X.Z. Preparation of Highly Uniform Polyurethane Microspheres by Precipitation Polymerization and Pd Immobilization on Their Surface and Their Catalytic Activity in 4-Nitrophenol Reduction and Dye Degradation. *Ind. Eng. Chem. Res.* 2020, 59, 2998–3007. [CrossRef]

136. Guan, W.; Zhang, Y.; Chen, Y.; Wu, J.; Cao, Y.; Wei, Y.; Huo, P. Hierarchical porous bowl-like nitrogen-doped carbon supported bimetallic Au/Pd nanoparticles as nanoreactors for high efficient catalytic oxidation of HMF to FDCA. *J. Catal.* 2021, 396, 40–53. [CrossRef]